Comparative Evaluation of Microtensile Bond Strength of Three Adhesive Systems

Shiva Jafarnia¹, Javad Zeinaddini Meymand², Fateme Zandkarimi³, Sogol Saberi⁴, Sima Shahabi⁵*, Alireza Valanezhad¹, Sirus Safaei¹, Mahdis Nesabi¹, Ikuya Watanabe¹

1. Department of Dental and Biomedical Materials Science, Graduate School of Biomedical Sciences, Nagasaki University, Japan
2. Department of Pediatric Dentistry, Faculty of Dentistry, Qom University of Medical Sciences, Qom, Iran
3. Department of Prosthodontics, Faculty of Dentistry, Qom University of Medical Sciences, Qom, Iran
4. Laser Research Center of Dentistry, Dentistry Research Institute, Tehran University of Medical Sciences, Tehran, Iran
5. Research Center for Science and Technology in Medicine, Tehran University of Medical Sciences, Tehran, Iran

Objectives: The aim of this study was to assess the microtensile bond strength of three universal adhesives to dentin and enamel.

Materials and Methods: Sixty extracted human third molar teeth were chosen and divided into six groups regarding the adhesive (G-Premio Bond, Clearfil S3 Bond or Single Bond) and tooth surface. All the applied bonding agents were universal adhesives. The teeth were polished and the adhesives were applied; then the teeth were restored with composite resin. The samples were mounted in acrylic resin and sectioned. The specimens were subjected to a universal testing machine and the microtensile bond strength was measured. The failure mode of each specimen was determined under a stereomicroscope. Data were analyzed using two-way ANOVA (α=0.05).

Results: The microtensile bond strength of G-Premio Bond to enamel and dentin was 11.79±8.27 and 17.55±9.47 MPa, respectively which was not significantly different from the values in Single Bond group (15.59±10.66 and 17.19±10.09 MPa to enamel and dentin, respectively; P>0.05). However, the values for Clearfil S3 Bond were 7.11±4.23 and 7.88±8.83 MPa to enamel and dentin, respectively, which were significantly lower than the values for G-Premio Bond (P<0.05). Scanning electron microscopic (SEM) images showed that the adhesive failure was dominant in both enamel and dentin groups and in all adhesive systems.

Conclusion: G-Premio Bond and Single Bond provided higher microtensile bond strength compared with Clearfil S3 Bond. Universal adhesives with their acceptable performance can be applied in self-etch mode on both enamel and dentin.

Keywords: Dental Cements; Dental Bonding; Dental Enamel; Dentin; Composite Resins

INTRODUCTION

Adhesive systems have become a common technology for composite resin bonding to the tooth structure in the recent years. Clinical performance of composite resin restorations depends on the adhesives to form an acceptable and durable bond to the tooth structure [1,2]. However, some complications occur after restorative treatment, such as microleakage of bacteria and fluids through the tooth-
These complications make adhesive application a challenge. The bacteria, molecules, and ions penetrate through the restoration and dentin or enamel interface and cause secondary caries, discoloration, and pulpitis, affecting restoration durability [3]. Thus, an ideal bond to dentin and enamel in composite restorations is necessary [4].

Adhesive application for dental restorations was started in 1955. At the same time, Buonocore found that acids could be used for tooth surface preparation before adhesive application [5]. Besides, adhesive systems that can easily bond to enamel and dentin make the cavity preparation less invasive [6]. In general, adhesives increase composite resin bond strength to enamel and dentin, and enhance restoration performance [7,8]. Universal adhesive systems were recently introduced, which can be used in different etching modes such as self-etch, selective-etch, and total-etch [7]. These adhesives have all the components in one bottle. Universal adhesives have the ability to bond the dental substrate to direct restorative materials and indirect restorations such as zirconia, alumina, metals, and ceramics. The majority of these adhesives have special monomers such as 10-methacryloyloxydecyl dihydrogen phosphate (MDP) and nanofillers which promote bonding performance to dental substrate and restorations [9].

Table 1. Specifications of adhesives used in this study

| Adhesive system       | Manufacturer                 | Contents                                                                 |
|-----------------------|------------------------------|--------------------------------------------------------------------------|
| G-Premio Bond         | GC Corporation, Tokyo, Japan | 10-MDP, 4-META, 10-methacryloxydecyl dihydrogen thiophosphate, methacrylate acid ester, distilled water, acetone, photo-initiators, silica fine powder |
| Clearfil S3 Bond      | Kuraray Medical Inc., Okayama, Japan | 10-MDP, Bis-GMA, HEMA, hydrophobic dimethacrylate, camphorquinone, ethanol, water, silanated colloidal silica |
| Single Bond Universal | Medical Inc., Okayama, Japan | 10-MDP, phosphoric acid ester monomer, HEMA, silane, dimethacrylate, Vitrebond copolymer, filler, ethanol, water, initiators, silane |

10-MDP: 10-methacryloxydecyl dihydrogen phosphate; Bis-GMA: bisphenol A diglycidyl methacrylate; HEMA: 2-hydroxyethyl methacrylate; 4-META: 4-methacryloyloxyethyl trimellitate anhydride

Each adhesive group was divided into dentin and enamel subgroups. In dentin subgroups, the enamel surface was cut to expose dentin (2mm from the occlusal surface). In enamel groups, the buccal surface was polished with #600 grit abrasive paper (Acqua Flex, Norton, Brazil) under
water in a circular pattern to create a flat surface. The self-etch mode was used for all adhesives; therefore, no acid etchant was used. All the adhesives were applied according to the manufacturers’ instructions as follows: In group one, G-Premio Bond was applied and after 10 seconds, the surface was air-dried for 5 seconds. The adhesive was photo-polymerized by a LED curing unit (Blue phase G2; Ivoclar-Vivadent Schaan, Liechtenstein) for 10 seconds. In group two, Clearfil S3 Bond was applied on the tooth surface without rubbing, as instructed by the manufacturer. After 10 seconds, the adhesive was air-dried for 5 seconds and light-cured for 10 seconds. In the third group, Single Bond was applied on the tooth surface and rubbed for 20 seconds. The bonding agent was air-dried for 5 seconds and then light-cured for 10 seconds. After adhesive application, composite resin was applied on the tooth surface (Gradia Direct, GC, Tokyo, Japan) with the incremental technique. Each layer had 2 mm height and the whole composite resin block was build up to reach 5 mm thickness. Each increment of composite was cured with a LED unit for 20 seconds. The samples were kept in saline for 24 hours to complete the polymerization. After preparation, all teeth were mounted in acrylic resin and cut with a low-speed diamond saw (Isomet 1000; Buehler, Lake Bluff, IL, USA) to create specimens with 1 mm² diameter.

**Microtensile bond strength test and failure analysis:**
A universal testing machine (5566S, Instron, Canton, MA, USA) was utilized for the microtensile test with load applied at a crosshead speed of 0.5 mm/minute. Each specimen was fixed to a jig on the machine and tested until fracture. The force at the time of fracture was recorded in Newtons (N). The microtensile bond strength was calculated by dividing the recorded force by the surface area of each specimen. All microtensile bond strength values were expressed in megapascals (MPa) (Fig. 1).

**Failure mode analysis:**
To determine the classification of fracture, the specimens were removed from the jig, and the failure mode was classified under a stereomicroscope (SZX9; Olympus, Tokyo, Japan) as adhesive failure (fracture at the adhesive bonding interface), mixed failure (fracture of adhesive and dentin or resin margin) and cohesive failure (fracture within dentin or resin). The frequency of each fracture type was reported as percentage.

**Scanning electron microscopic (SEM) observation:**
The specific features of adhesive and mixed failures in each group were observed by SEM assessment (JCM-6000 Plus; Joel, Tokyo, Japan). The selected samples were mounted on an aluminum slab and underwent SEM assessment with an accelerating voltage of 20 kV at x100 magnification.

**Statistical analysis:**
To assess the effect of substrate and adhesive system on microtensile bond strength, two-way ANOVA followed by the Tukey's post-hoc test (for pairwise comparisons) were applied (α=0.05).

**RESULTS**

**Microtensile bond strength:**
In the enamel groups, the measured microtensile bond strength in use of G-Premio Bond, Clearfil S3 Bond and Single Bond was
Adhesives Microtensile Bond Strength Comparison

11.79, 7.11 and 15.59 MPa, respectively. In the dentin groups, the microtensile bond strength values in use of G-Premio Bond, Clearfil S3 Bond, and Single Bond were 17.55, 7.88 and 17.19 MPa, respectively (Table 2, Fig. 2).

![Graph showing microtensile bond strength comparison](image)

**Fig. 2.** Microtensile bond strength after using each adhesive on the enamel and dentin substrates

According to two-way ANOVA, the effect of bonding system on microtensile bond strength was significant (P<0.00); however, the effect of dental substrate (P=0.09) and the interaction effect of bonding agent and substrate on microtensile bond strength (P=0.41) were not significant. This result indicated that the adhesive used for tooth preparation had a significant effect on the bond strength of restoration to tooth surface. However, the effect of dental substrate (dentin or enamel) was not significant (P>0.05).

The Tukey’s test showed that there was a significant difference in microtensile bond strength between G-Premio Bond and Clearfil S3 Bond (P<0.00). Also, the microtensile bond strength was significantly different between Clearfil S3 Bond and Single Bond (P<0.00). The difference between G-Premio Bond and Single Bond was not significant (P=0.66).

**Failure mode:**

Table 3 presents the frequency of failure modes as observed under a stereomicroscope.

**SEM observation:**

Representative SEM images of adhesive and mixed failures in the enamel and dentin after microtensile bond strength test are shown in Figure 3.

![Representative SEM images of adhesive and mixed fractures](image)

**Fig. 3.** Representative SEM images of adhesive and mixed fractures, left column: adhesive fracture, middle column: mixed fracture in dentin, right column: mixed fracture in enamel (A, B, C): G-Premio Bond, (D, E, F): Clearfil S3 Bond, (G, H, I): Single Bond

| Adhesive system   | Substrate | Upper limit | Lower limit | Mean±SD    |
|-------------------|-----------|-------------|-------------|------------|
| **G-Premio Bond** | Enamel    | 30.28       | 1.76        | 11.79±8.27 |
|                   | Dentin    | 49.03       | 7.48        | 17.55±9.47 |
| **Clearfil S3 Bond** | Enamel    | 18.37       | 0.81        | 7.11±4.23  |
|                   | Dentin    | 43.25       | 0.61        | 7.88±8.83  |
| **Single Bond**   | Enamel    | 48.19       | 4.47        | 15.59±10.66|
|                   | Dentin    | 35.93       | 3.20        | 17.19±10.09|

SD: standard deviation

Table 2. Microtensile bond strength values (MPa) after using each adhesive system on dentin and enamel substrates
Table 3. Frequency and percentage of fracture modes after using each adhesive on enamel and dentin substrates (N=20)

| Adhesive system | Substrate | Adhesive fracture | Number (percent) | Cohesive fracture | Mixed fracture |
|-----------------|-----------|-------------------|------------------|-------------------|---------------|
| G-Premio Bond   | Enamel    | 10 (50)           | 5 (25)           | 5 (25)            |
|                 | Dentin    | 11 (55)           | 5 (25)           | 4 (20)            |
| Clearfil S3 Bond| Enamel    | 13 (65)           | 2 (10)           | 5 (25)            |
|                 | Dentin    | 12 (60)           | 3 (15)           | 5 (25)            |
| Single Bond     | Enamel    | 13 (65)           | 4 (20)           | 3 (15)            |
|                 | Dentin    | 10 (50)           | 7 (35)           | 3 (15)            |

As shown in Figures 3A, 3D and 3G, the specimen with adhesive failure had a smooth and homogenous debonded surface. As shown in Figures 3B, 3E, and 3H, the specimen with mixed failure in dentin showed composite residues and a dentinal tubule clogged with smear layer. As indicated in Figures 3C, 3F, and 3I, the specimen with mixed fracture in the enamel showed that part of the enamel surface was covered with composite while exposed enamel was seen in some areas.

**DISCUSSION**

Universal adhesives are among the recent advancements in adhesive dentistry. These materials have all the ingredients in one bottle, which makes their application simple. Universal adhesives can be used in self-etch, selective-etch, and total-etch modes [7]. The self-etch adhesive system formula contains water-based acidic monomers like ester phosphate or carboxylic acid with hydrophilic monomers like 2-hydroxyethyl methacrylate mostly in 35% and 55% concentrations [10]. Universal adhesives have some functional monomers such as MDP monomers which can improve the long-term bond strength of restoration to the tooth surface. Also, addition of these monomers to adhesives increases the bond strength in dentin bonding [11]. In self-etch adhesives, the smear layer plays the role of an intermediate bonding layer [12].

When a primer or self-etch adhesive is applied on the dentin, it penetrates through the inner layer of mineralized dentin by dissolution of mineral crystals and smear layer [13]. This acidic nature is one of the factors that enhances the durability of restorations [14]. Commonly, 30-40% phosphoric acid is used in total-etch systems. Although the phosphoric acid is not applied in self-etch adhesive systems, the acidic monomers in their composition make the bond strength of restoration to the tooth surface reliable [15, 16]. The resin tags are thicker after using phosphoric acid as an enamel etchant in comparison with acidic primer which may affect the bond strength in total-etch systems. The difference in the quality of resin tags is because of the lower pH of phosphoric acid [17].

In fact, higher pH and lower power of self-etch adhesives compared with total-etch adhesives can affect the quality of bonding [18]. In self-etch adhesives, the etch and rinse step is skipped; thus, the concentration of calcium and phosphorous ions after the dissolution of hydroxyapatite crystals prevents further dissolution and may decrease demineralization [19]. However, some studies showed that the bond strength of self-etch and total-etch adhesives was similar and can provide a reliable bond specially in dentin where achieving an acceptable bond strength is more challenging [20-22]. Other investigations reported that the bond strength of one-step self-etch adhesives was lower than that of total-etch and also two-step self-etch adhesives [23,24]. Although self-etch adhesives make thinner resin tags, the bond strength of restorations to enamel when applying these adhesives is the same as total-etch adhesive systems [25-28]. In self-etch application mode of universal adhesives, although hydroxyapatite crystals are exposed to acidic monomers, their degradation is not complete.
This partial degradation is one of the advantages of universal adhesives. The crystals around collagen fibrils have an important role in bond strength to the surface of the tooth since they have a chemical reaction with functional monomers in adhesives. The results of this study showed that Clearfil S3 Bond and Single Bond had almost the same microtensile bond strength to dentin and enamel. Nevertheless, while using G-Premio Bond, the microtensile bond strength to dentin (17.55 MPa) was more than that to enamel substrate (11.79 MPa). In general, the type of substrate did not have a significant effect on microtensile bond strength. However, the effect of using a different type of adhesive system was prominent. In a study by Yazici et al. [29] it was shown that in each adhesive system, the microtensile bond strength to enamel was significantly more than that to dentin; their results were different from the present findings. In the present study, the substrate type did not have a significant effect on microtensile bond strength. We believe that the main reason for this difference could be related to the type of adhesive system used in the two studies.

G-Premio Bond is a universal light-cure adhesive that is used as a bonding agent for direct composite resin and compomer restorations. It is commonly used for dual-cure bonding of core build-up restorations, repair of porcelain, composite restorations, and treatment of tooth hypersensitivity [30]. This adhesive has three functional monomers; the first one is 4-methacryloyloxyethyl trimellitate anhydride which is responsible for bond strength of restoration to dentin and enamel surface. The second functional monomer is MDP which results in bond strength to zirconia, alumina, and non-precious metals in addition to dentin and enamel. The third functional monomer is methacryloyloxydecyl dihydrogen thiophosphate; this monomer enables acceptable bond strength to precious metals. High penetration and wettability of this adhesive results in favorable infiltration into dentinal tubules. In our study, G-Premio Bond and Single Bond had the highest bond strength to dentin. However, Clearfil S3 Bond did not provide a reliable bond strength compared with the other two adhesives, which can be related to its functional monomers. Cevik et al. [31] reported that self-etch adhesives containing MDP and 4-methacryloyloxyethyl trimellitate anhydride showed more favorable bond strength to dentin compared with other types [31]. The result of their study was in accordance with our study as G-Premio Bond containing the afore-mentioned monomers showed higher bond strength to dentin in comparison with two other groups. However, in the study by Fabiao et al., [32] it was indicated that G-Premio Bond presented lower bond strength to dentin compared with two-step self-etch adhesives. This finding was different from the results of the present study. The differences between the results of these studies can be related to several factors such as the methods of evaluation and the applied adhesives.

The performance of adhesives for bonding to the tooth surface is based on the enamel and dentin demineralization and monomer infiltration [33]. Besides, the technique of adhesive application adopted by the clinician, and its formulation play important roles in the final outcome [34]. Also, chemical composition, monomer content, and percentage and type of fillers differ among different adhesives, and can influence the performance of adhesive systems [35,36]. SEM fractographic images were used for assessment of the fracture patterns in the present study. SEM images showed that the adhesive failure was dominant in both enamel and dentin groups and among all the tested adhesive systems. In the study by Gre et al., [37] the microtensile bond strength of a total-etch adhesive and universal adhesives was analyzed and it was indicated that most of the fracture modes were adhesive in all techniques. Further studies are recommended to assess the long-term durability of universal adhesive systems. Also, clinical studies are recommended to compare other clinical factors that influence the restorations to cast a final judgment.
CONCLUSION
Based on the results of the current study, it was shown that G-Premio Bond and Single Bond provided higher microtensile bond strength compared with Clearfil S3 Bond in both enamel and dentin surfaces. Since the performance of universal adhesives on dentin and enamel is similar, these adhesives can be used in self-etch mode on tooth surfaces. It can also be concluded that universal adhesives can be a candidate for satisfactory restorations due to their reliable microtensile bond strength.

ACKNOWLEDGMENTS
The authors would like to acknowledge the Dental and Biomedical Materials Science Department of Nagasaki University for funding of this study. Also, Dr. M.J. Kharazifard is gratefully acknowledged for his cooperation in the conduction of statistical analyses.

CONFLICT OF INTEREST STATEMENT
None declared.

REFERENCES
1. Duddu MK, Muppa R, Panthula P, Srinivas NC. Comparison of shear bond strength and microleakage of three commercially available seventh generation bonding agents in primary anterior teeth: an in vitro study. J Indian Soc Pedod Prev Dent. 2015 Jun;33(2):116–21.
2. Nair M, Paul J, Kumar S, Chakravarthy Y, Krishna V, Shivaprasad. Comparative evaluation of the bonding efficacy of sixth and seventh generation bonding agents: An In-Vitro study. J Conserv Dent. 2014 Jan;17(1):27–30.
3. Chandra PVR, Harikumar V, Ramkiran D, Krishna MJP, Gouda MV. Microleakage of class V resin composites using various self-etching adhesives: an in vitro study. J Contemp Dent Pract. 2013 Jan;14(1):51–5.
4. Lepínczei JG, Palín WM, Hadis MA, Devaux L, Leplong J. Progress in dimethacrylate-based dental composite technology and curing efficiency. Dent Mater. 2013 Feb;29(2):139–56.
5. Nunes MF, Swift EJ, Perdigao J. Effects of adhesive composition on microtensile bond strength to human dentin. Am J Dent. 2001;14(6):340–3.
6. Frankenberger R, Perdigão J, Rosa BT, Lopes M. "No-bottle" vs “multi-bottle” dentin adhesives—a microtensile bond strength and morphological study. Dent Mater. 2001 Sep;17(5):373–80.
7. Cho KM. Phosphoric acid etching for multimode universal adhesive. Restor Dent Endod. 2016 May;41(2):157–8.
8. Kimochi T, Yoshiyama M, Urayama A, Matsuo T. Adhesion of a new commercial self-etching/self-priming bonding resin to human caries-infected dentin. Dent Mater J. 1999;18(4):437–43.
9. Zhang Z, Wang X, Zhang L, Liang B, Tang T, Fu B, et al. The contribution of chemical bonding to the short- and long-term enamel bond strengths. Dent Mater. 2013 Jul;29(7):e103-112.
10. Hayakawa T, Kikutake K, Nemoto K. Influence of self-etching primer treatment on the adhesion of resin composite to polished dentin and enamel. Dent Mater. 1998 Mar;14(2):99–105.
11. Eick JD, Robinson SJ, Chappell RP, Cobb CM, Spencer P. The dentinal surface: its influence on dentinal adhesion. Part III. Quintessence Int. 1993 Aug;24(8):571–82.
12. Watanebe I, Nakabayashi N, Pashley DH. Bonding to ground dentin by a phenyl-P self-etching primer. J Dent Res. 1994 Jun;73(6):1212–20.
13. Wang Y, Spencer P. Physiochemical interactions at the interfaces between self-etch adhesive systems and dentin. J Dent. 2004;32:567–79.
14. Van Meerbeek B, De Munck J, Yoshida Y, Imae S, Vargas M, Vijay P, et al. Buonocore memorial lecture. Adhesion to enamel and dentin: current status and future challenges. Oper Dent. 2003 Jun;28(3):215–35.
15. Kugel G, Ferrari M. The science of bonding: from first to sixth generation. J Am Dent Assoc. 2000 Jun;131 Suppl:20S-25S.
16. Breschi L, Mazzoni A, Ruggeri A, Cadenaro M, Di Lenarda R, De Stefano Dorigo E. Dental adhesion review: aging and stability of the bonded interface. Dent Mater. 2008 Jan;24(1):90–101.
17. Bishara SE, Gordan VV, VonWald L, Olson ME. Effect of an acidic primer on shear bond strength of orthodontic brackets. Am J Orthod Dentofacial Orthop. 1998 Sep;114(3):243–7.
18. Aguilar-Mendoza JA, Rosales-Leal JI, Rodriguez-Valverde MA, Cabrerizo-Vilchez MA. Effect of acid etching on dentin wettability and roughness: self-etching primers versus phosphoric acid. J Biomed Mater Res B Appl Biomater. 2008 Jan;84(1):277–85.
19. Dorminey JC, Dunn WJ, Taloumis LJ. Shear bond strength of orthodontic brackets bonded with a...
modified 1-step etchant-and-primer technique. Am J Orthod Dentofacial Orthop. 2003 Oct;124(4):410–3.
20. Hewlett ER. Resin adhesion to enamel and dentin: a review. J Calif Dent Assoc. 2003 Jun;31(6):469–76.
21. Miranda C, Maykot Prates LH, de Souza Vieira R, Marino Calvo MC. Shear bond strength of different adhesive systems to primary and permanent dentin. Oper Dent. 2002 Sep;27(4):403–9.
22. Valizadeh S, Moradi A, Mirzaei M, Amiri H, Kharazifard MJ. Microshear bond strength of different adhesive systems to dentin. Front Dent. 2019 Aug;16(4):265–71.
23. Miyazaki M, Iwasaki K, Onose H. Adhesion of single application bonding systems to bovine enamel and dentin. Oper Dent. 2002 Feb;27(1):88–94.
24. Inoue S, Vargas MA, Abe Y, Yoshida Y, Lambrechts P, Vanherle G, et al. Microtensile bond strength of eleven contemporary adhesives to enamel. Am J Dent. 2003 Oct;16(5):329–34.
25. Shimada Y, Senawongs P, Harrirattisai C, Burrow MF, Nakaoki Y, Tagami J. Bond strength of two adhesive systems to primary and permanent enamel. Oper Dent. 2002 Aug;27(4):403–9.
26. Pilecki P, Stone DG, Sherriff M, Watson TF. Microtensile bond strength to enamel of self-etching and one bottle adhesive systems. J Oral Rehabil. 2005 Jul;32(7):531–40.
27. Kelsey WP 3rd, Latta MA, Vargas MA, Carroll LR, Armstrong SR. Microtensile bond strength of total-etch and self-etch adhesives to the enamel walls of Class V cavities. Am J Dent. 2005 Feb;18(1):37–40.
28. Miyazaki M, Sato M, Onose H. Durability of enamel bond strength of simplified bonding systems. Oper Dent. Mar-Apr 2000;25(2):75-80.
29. Yazici, AR, Celik, C, O zginaltay, G, Dayangaç, B. Bond strength of different adhesive systems to dental hard tissues. Oper Dent. 2007 Mar;32(2):166-72.
30. Poggio C, Beltrami R, Colombo M, Chiesa M, Scribante A. Influence of dentin pretreatment on bond strength of universal adhesives. Acta Biomater Odontol Scand. 2017 Mar;3(1):30–5.
31. Cevik P, Yildirim AZ, Artvin Z, Ozcan M. Microtensile bond strength and failure type analysis of self-etch adhesive systems on superficial and deep dentin after long-term water storage. Braz Dent Sci. 2020;23(4):12p–12p.
32. Fabião A de M, Fronza BM, André CB, Cavalli V, Giannini M. Microtensile dentin bond strength and interface morphology of different self-etching adhesives and universal adhesives applied in self-etching mode. J Adhes Sci Technol. 2021 Apr 3;35(7):723-32.
33. Van Meerbeek B, Yoshihara K, Yoshida Y, Mine A, De Munck J, Van Landuyt KL. State of the art of self-etch adhesives. Dent Mater. 2011 Jan;27(1):17–28.
34. Pashley DH, Tay FR, Breschi L, Tjäderhane L, Carvalho RM, Carrilho M, et al. State of the art etch-and-rinse adhesives. Dent Mater. 2011 Jan;27(1):1–16.
35. Yaseen SM, Subba Reddy VV. Comparative evaluation of shear bond strength of two self-etching adhesives (sixth and seventh generation) on dentin of primary and permanent teeth: an in vitro study. J Indian Soc Pedod Prev Dent. 2009 Mar;27(1):33–8.
36. Armstrong SR, Keller JC, Boyer DB. The influence of water storage and C-factor on the dentin-resin composite microtensile bond strength and debond pathway utilizing a filled and unfilled adhesive resin. Dent Mater. 2001 May;17(3):268–76.
37. Gre C, Andrada M, Junior S. Microtensile bond strength of a universal adhesive to deep dentin. Braz Dent Sci. 2016 Jul;19(2):104-10.